Targeted synthesis of a porous borazine-linked covalent organic framework†

Karl T. Jackson, Thomas E. Reich and Hani M. El-Kaderi*

Received 18th May 2012, Accepted 12th July 2012
DOI: 10.1039/c2cc33583b

Covalent-organic frameworks (COFs) are a new class of highly porous microcrystalline materials with promising potential in gas storage, electronics, and catalysis.1–4 They can be tailored to possess high porosities, very low densities, and pore metrics that span the microporous and mesoporous ranges. To enhance the porosity and crystallinity of COFs, reversible covalent bond formation such as B–O and C–N under thermodynamic and kinetic controls has been employed that guide the solid-state packing of COFs into predetermined 2D and 3D frameworks. Very recently we have reported on the synthesis of several amorphous borazine-linked polymers (BLPs) and assessed their performance in small gas storage.5,6 The first microcrystalline borazine-linked polymer, BLP-2(H), has been synthesized. BLP-2(H) crystallizes into 2D sheets that stack in an eclipsed AA fashion, has high thermal stability (∼420 °C) and high porosity (SBET = 1178 m² g⁻¹) and it can store up to 2.4 wt% of hydrogen at 77 K and 15 bar with isosteric heat of adsorption of 6.8 kJ mol⁻¹.

The thermal decomposition of arylamine–borane or –boron-trihalide adducts in aprotic solvents leads to borazine ring formation which is structurally analogous to the boroxine1–6 and triazine18 building units found in COFs. Borazine has been mainly used for the fabrication of BN-based ceramics or in organic optoelectronics.7 However, to date, the use of borazine as a building block for the preparation of porous polymers remains scarce.5,6 Polymers linked by B–N bonds are highly sought after, but their preparation remains a great challenge which is very surprising given the isoelectronic nature of the C–C and B–N bonds.8 Moreover, crystalline architectures based on B–N bond formation, such as boron nitride (BN) for example, are usually accessible only under high temperature and pressure conditions.9

With these considerations in mind we report herein on the targeted synthesis of the first crystalline borazine-linked polymer, BLP-2(H), and investigate its structural aspects, porosity, and performance in hydrogen storage. BLP-2(H) was prepared by the thermal decomposition of 1,3,5-(p-aminophenyl)-benzene-borane in a solvent mixture of mesitylene–toluene (1 : 4; vol : vol) at 120 °C/150 mTorr in a sealed tube for three days which afforded BLP-2(H) as a white microcrystalline powder in good yields (Scheme 1).

BLP-2(H) was isolated under an inert atmosphere, washed with anhydrous dichloromethane then filtered and degassed at 120 °C/1.0 × 10⁻³ torr for 16 h prior to characterization and porosity measurements units were investigated by spectral and analytical methods which included FT-IR, solid-state ¹¹B and ¹³C CP-MAS, and elemental analysis. The formation of the borazine ring was first established by FT-IR studies (Fig. S1, ESI†) which revealed a significant depletion of the amine bands around 3420 cm⁻¹ and the formation of characteristic bands consistent with borazine: 2560 cm⁻¹ (B–H), 1400 cm⁻¹ (B–N stretch).5,6 The intensity of the B–H band which appears as a broad intense band at 2400 cm⁻¹ in the amine–borane adduct is significantly reduced upon borazine formation. The solid-state ¹¹B and ¹³C CP-MAS (Fig. S2 and S3, ESI†) further support the formation of the borazine ring and the incorporation of an intact triphenylbenzene moiety into the framework of BLP-2(H). The signal for ¹¹B appears as a broad signal centered about 9.1 ppm which is consistent with tri-coordinate boron and is in sharp contrast to tetra-coordinate boron seen in amine–borane adducts or cycloborazanes which...
usually appear in the negative region (0 to \(-45 \text{ ppm}\)).\textsuperscript{10} This signal is also within the range we observed for BLP-1(H) and BLP-12(H), 9–12 ppm.\textsuperscript{6} The morphology and phase purity of BLP-2(H) were investigated by scanning electron microscopy (Scheme 1, inset) which revealed well-defined rectangular prisms of variable size. The crystalline nature of BLP-2(H) was further confirmed by powder X-ray diffraction (PXRD) as depicted in Fig. 1A.

The experimental PXRD pattern was compared against calculated patterns for theoretical models that exhibit eclipsed and staggered conformations of the anticipated 2D sheets following methods reported for 2D COFs.\textsuperscript{1a} Both models where the 2D sheets stack in an eclipsed stacking similar to boron nitride (AA, bnn) or in a staggered graphene-like stacking conformation (AB, gra) were constructed using Materials Studio Visualizer and their geometries were optimized using the Forcite module.\textsuperscript{11} As shown in Fig. 1, the calculated diffraction pattern of the eclipsed model (Fig. 1B) which in this case has a \(P\overline{6}m_{2}\) space group is very similar to the experimental PXRD pattern of BLP-2(H) and is in sharp contrast to that of the staggered conformation which would result in an intense signal at \(2\theta = 14.22^\circ\) that corresponds to the (101) plane (Fig. 1C). However, the absence of this peak from the experimental PXRD pattern clearly supports the formation of an eclipsed AA packing. The powder XRD pattern of BLP-2(H) was subjected to refinement by the Rietveld\textsuperscript{12} method which produced refined PXRD curves with lattice parameters of \(a = b = 14.79 \text{ Å}\) and \(c = 3.82 \text{ Å}\). These values agree well with the values of the theoretical eclipsed conformation \((a = b = 15.29 \text{ Å}\) and \(c = 3.46 \text{ Å}\)). The spacing between the 2D sheets is slightly larger than what has been found for many chemically or topologically analogous systems including 2D COFs and hexagonal boron nitride (h-BN: 3.33 \(\text{ Å}\))\textsuperscript{13} but are very similar to that of COF-66 (3.81 \(\text{ Å}\)).\textsuperscript{3b} The noticeably broad (001) peak reflex can arise from poor ordering in the spacing and/or to a small domain size of the 2D layers along this axis. This observation is consistent with 2D COFs in general and especially those featuring functionalized channels wherein the tethered organics seem to perturb the packing of the 2D layers.\textsuperscript{16} It is also worth mentioning that the formation of 2D COFs based on the tritopic boroxine or triazine building units is not a trivial task. Up to date and to the best of our knowledge, there are only three known 2D COFs featuring boroxine (COF-1,\textsuperscript{1a} PPY-COF\textsuperscript{3c}) and triazine (CTF-1\textsuperscript{1b}) units. One of the difficulties associated with the preparation of 2D COFs featuring these six-membered heterocyclic rings may arise from the lack of sufficient \(\pi-\pi\) stacking between these units in the solid-state. As a result, COF-1 crystallizes in a staggered AB conformation whereas its triazine analog exists in an eclipsed fashion (AA). The latter packing was also observed for PPY-COF that utilizes pyrene which is well-known for its \(\pi-\pi\) stacking capability. To investigate the impact of solvents on the formation and crystallinity of BLP-2(H), we have used monoglyme and diglyme under the same conditions reported above for the isolation of crystalline BLP-2(H). The resulting materials from these experimental settings resulted in amorphous polymers that have much lower surface area values (\(S_{\text{BET}} \approx 700 \text{ m}^2 \text{ g}^{-1}\)); in addition, the use of only toluene or mesitylene afforded less defined materials as evidenced by SEM and PXRD studies. These results indicate that the formation of crystalline BLP-2(H) is promoted by the use of mesitylene which may have some templating effects\textsuperscript{3d} whereas the use of glymes that dissolve the amine–borane adduct impedes the control over polymerization rates.

To assess the thermal stability and porosity of BLP-2(H), we subjected the as-synthesized material to thermogravimetric analysis under a flow of nitrogen (Fig. S5, ESI\textsuperscript{f}). The TGA trace is typical of covalent porous materials and exhibits \(\sim 19 \text{ wt}\%\) loss up to 183 °C presumably due to toluene–mesitylene removal from the pores, then the material remains stable up to \(\sim 420^\circ\) C where decomposition commences. The porous nature of BLP-2(H) was evaluated by argon uptake measurements (Fig. 2A). Prior to porosity measurement, the sample was degassed at 120 °C and \(1 \times 10^{-5} \text{ torr}\) for 16 h. The Type I argon isotherm is consistent with a permanent microporous material that is characterized by a sharp uptake at low pressure \((P/P_0 < 0.1)\) whereas the relatively steep Ar uptake

---

**Fig. 1** PXRD pattern of BLP-2(H) with a Cu K\(\alpha\) anode (A) with the experimental pattern in black, the Rietveld refined profile in red, and the difference plot in blue. Below are calculated patterns from eclipsed (B) and staggered (C) models.
This journal is © The Royal Society of Chemistry 2012


Notes and references


